In Vitro Sealing Properties of Calcium-Enriched Mixture and Mineral Trioxide Aggregate Orifice Barriers during Intra-Coronal Bleaching

Negar Moghadam a, Amir Ardalan Abdollahi b*, Hoda Aghabalayi Fakhim c, Zahra Borna b

ARTICLE INFO

Article Type: Original Article
Received: 18 Nov 2016
Revised: 03 Feb 2017
Accepted: 15 Feb 2017
Doi: 10.22037/iej.2017.45
*Corresponding author: Amir Ardalan Abdollahi, Dental School, West Azarbaijan, Urmia University of Medical Science, Urmia, Iran.
Tel: +98-914 4091317
E-mail: ardalan_2000a@yahoo.com

ABSTRACT

Introduction: This study aimed at evaluating the sealing properties of calcium-enriched mixture (CEM) compared to mineral trioxide aggregate (MTA) as a cervical barriers in intra-coronal bleaching. Methods and Materials: In this in vitro study, endodontic treatment was performed on 60 extracted human incisors and canines without canal calcification, caries, restorations, resorption or cracks. The teeth were then randomly divided into two experimental groups and two control groups (n=15). Then, CEM cement and MTA were applied as 3-mm intra-orifice barriers in the test groups; a mixture of sodium perborate and 30% hydrogen peroxide bleaching agents were placed within the pulp chamber for one week. Dye penetration method was used to evaluate the sealing ability of agents. Statistical analysis was performed using SPSS software. The Kendall coefficient was used to evaluate inter-observer agreement. The chi-squared test was used for statistical analysis. Results: The results showed that the penetration rates of CEM and MTA were the same as positive control group, with no significant differences (P=0.673 and P=0.408, respectively). However, there was a significant difference between the negative control group and CEM and MTA groups (P=0.001 for both groups). In addition, the sealing ability of MTA and CEM cement were not significantly different (P=0.682).

Conclusion: During intra-coronal bleaching procedures CEM cement can be used as a cervical barrier with sealing properties comparable to that of MTA.

Keywords: Calcium-Enriched Mixture Cement; Cervical Barrier; Intra-Coronal Bleaching; Mineral Trioxide Aggregate

Introduction

Root canal-treated teeth usually become discolored due to trauma or inadequate pulp tissue removal [1]. Tooth bleaching used for non-vital teeth could be applied as an inexpensive and conservative method in comparison to crown and veneer techniques [2].

Cervical root resorption is one of the main side effects of non-vital bleaching, which might be attributed to the penetration of bleaching agents into the periodontal space through defects at the cementoenamel junction (CEJ) and dentinal tubules, causing necrosis of the cementum, inflammation of the periodontium and subsequently root resorption [3-5]. In addition, secondary microleakage due to a lack of proper coronal seal has a critical role in endodontic treatment failure [6]. Therefore a cervical or coronal barrier has a critical role in preventing postoperative complications [3, 6]. Several dental materials, including intermediate restorative material (IRM), hydraulic filling materials (Cavit and Coltosol), composite resins, photo-activated temporary resin materials, zinc oxide-eugenol cement, zinc phosphate cement and glass-ionomers (GI), have been recommended as coronal barriers during bleaching techniques [7].
Mineral trioxide aggregate (MTA) was introduced to dentistry in the early 1990s as a biomaterial for endodontic applications [8]. MTA was first developed as a root-end filling material [9]. In addition, MTA has numerous clinical applications, including pulp capping, pulpotomy, treatment of internal root resorption, undeveloped apices (apexogenesis and apexification) and repair of root and furcation perforations [10, 11] and also as a coronal barrier [6]. MTA has some advantages, including favorable mechanical properties and setting expansion, resulting in an improvement in its sealing capacity and marginal adaptation, preventing microleakage [12].

Calcium-enriched mixture (CEM) is a hydrophilic cement formed by mixing a powder and a liquid. CEM exhibits appropriate characteristics that improve in the presence of water and humidity after its clinical application. CEM cement has the capacity to set and be used in the presence of moisture and exhibits good handling properties; in addition, it has a reasonable price [13-15]. CEM has exhibited better properties such as increased flow, similar sealing ability and reduced working time compared to MTA [14]. The sealing properties of CEM cement are comparable to those of MTA when it is used as a root-end filling material [16-18].

Since there is no study available to support the application of CEM cement as an appropriate coronal barrier agent in bleaching, this in vitro study was undertaken to evaluate the sealing properties of CEM cement compared to MTA as a cervical barrier in intra-coronal bleaching.

Materials and Methods

In this in vitro study, 60 extracted single-rooted human maxillary incisors and canines without caries were selected. All the teeth were extracted because of periodontal disease. Approval was obtained from the Research and Ethics Committee of Tabriz University of Medical Sciences (Grant No: 22A). After confirmation of a straight non-calciﬁed canal, the tooth roots were evaluated under a stereomicroscope and teeth with fractures or cracks, resorption and open apices were excluded. Following extraction, each tooth was stored in 3% chloramine-T solution at 4°C. Access cavity preparations were carried out with a tapered carbide bur. The working length was determined with a #15 K-Flexofile (Maillefer, Dentsply, Switzerland), 1 mm short of the apical foramen. All the root canals were instrumented in a crown-down manner. The coronal two-thirds of the canals were prepared with #4 and 3 Gates-Glidden drills (Maillefer, Dentsply, Switzerland), followed by the use of #40/0.10, #35/0.08 and #30/0.06 RaCe rotary files (FKG Dentaire, La-Chaux-de Fonds, Switzerland). Master apical file size of #35 K-Flexofile was established. Irrigation was carried out with 10 mL of 2.5% sodium hypochlorite during preparation and apical patency was preserved by using #10 K-Flexofile. Finally 5 mL of saline solution was used as the final irrigant. The root canals were dried with paper points and obturated with gutta-percha and AH-26 root canal sealer (Dentsply, De Trey, Konstanz, Germany) using the lateral condensation technique.

Artificial defects were made along the CEJ. Cavities were made in the incisal area of teeth with a #1 high-speed drill in order to stabilize in experimental tubes. The root canals were sealed using temporary zinc oxide and hydrated zinc sulfate (Coltosol, Ariadent, Tehran, Iran). The samples were stored at 37°C and 100% humidity for one week. Peeso reamer #4 (Maillefer, Ballaigues, Switzerland) was used to remove the gutta-percha up to 3 mm below the CEJ in the palatal aspect. A periodontal probe was used to confirm the depth. The pulp chambers were irrigated with saline and dried with cotton pellets [19].

Experimental groups

Then 60 samples were randomly divided into two experimental and two control groups (n=15). The root canal orifices were sealed with MTA (Angelus, Londrina, Paraná, Brazil) and CEM cement (BioniqueDent, Tehran, Iran) in experimental groups 1 and 2, respectively, and wet cotton pellets were placed on the orifices. In group 3 (the negative control group), the canal orifices were left empty and in group 4 (the positive control group), the orifices were sealed with cyanoacrylate. The outer surface of the apical two-thirds and apices of the roots were covered with two layers of nail varnish. For bleaching procedure, a mixture of sodium perborate and 30% hydrogen peroxide was placed inside the pulp chamber for one week.
Figure 2. Comparison of the sealing ability of MTA with negative and positive controls

In this study, dye penetration method was used to evaluate the sealing ability of the agents. The samples were placed in experimental tubes containing potassium dichromate. Minimal contact with hydrogen peroxide could change the yellow color of potassium dichromate to blue. The samples were buried in potassium dichromate so that the root portions remained out of the liquid in order to prevent root leakage. The samples were retrieved from the liquid after 24 h and then the roots were sectioned in a mesiodistal direction into buccal and lingual halves using diamond disks 0.1 mm in diameter. The rate of dye penetration in the samples was evaluated under a stereomicroscope under ×10 and ×40 magnifications by two skilled and blinded observers. The highest rate of dye penetration in the contact surface with bleaching material was measured. In addition, the rate of dye penetration was scored according to the following classification: 0, without change; 1, light blue and 2, dark blue. The results of different cycles were compared [1].

Statistical analysis

Statistical analysis was performed using Statistical Package for Social Science (SPSS, version 20.0, Chicago, IL, USA). The Kendall coefficient was used to evaluate the inter-observer agreement. The chi-squared test was used to compare the scores of the samples. The level of significance was set at 0.05.

Results

The Kendall coefficient showed a relatively good inter-observer agreement (0.0735). Figures 1 and 2 describe the results of color changes of CEM and MTA as cervical barriers in comparison with negative and positive controls. The results of chi-squared test demonstrated that the rate of dye penetration of CEM and MTA were similar to that of positive control group, with no significant difference ($P=0.673$ and $P=0.408$, respectively). However, there was a significant difference between the negative control group and the CEM and MTA groups ($P=0.001$ for both groups). Figure 3 presents the results of comparison between MTA and CEM in terms of color change. The results showed that the sealing ability of MTA and CEM were the same, with no significant difference ($P=0.682$).

Discussion

The placement of a cervical barrier in intra-coronal bleaching is an important and recommended treatment [3, 20-22]. The rationale behind this might be the isolating role of cervical barrier through preventing cervical resorption due to the penetration of peroxides from the pulp chamber into the periodontal ligament via the dentinal tubules [3, 23, 24]. The success of non-vital bleaching somehow depends on the sealing ability of the cervical barrier, especially when the remaining dentinal walls are very thin [25]. In addition, the significance of cervical barrier in leakage prevention was confirmed by Valadares et al. [26]. They concluded that the use of a cervical barrier prevents microleakage of $E$. faecalis. Studies are underway to determine an appropriate coronal barrier material with the best sealing properties.

In this in vitro study, we compared the sealing ability of CEM and MTA as a cervical barrier in intra-coronal bleaching. Recently MTA has been investigated for sealing the root canal [19]. The prevailing presence of calcium oxide in the formulation of MTA results in the release of calcium hydroxide during MTA hydration [27]. The role of calcium hydroxide in arresting or preventing tooth resorption has been demonstrated [28]. However, bleaching agents produce a low pH value on the root surface; this might be considered as a mechanism of action for cervical resorption [29]. Higher pH value of MTA and release of calcium hydroxide might further prevent cervical resorption.

Studies on CEM cement have indicated that it can release phosphorus and calcium ions which improve the alkalinity of environment and also lead to mineralization, suggesting its hard tissue inductivity [30]. CEM cement has already been evaluated for various applications, including treatment of furcal perforation, vital pulp therapies in permanent and primary teeth [30-39], root end filling [40], management of root resorption and pathologic/iatrogenic perforations [14, 41-43], periapical surgery [42, 44] and revascularization of necrotic immature permanent molars [45]. Sealing ability of CEM cement has not been sufficiently evaluated, as a cervical barrier in intra-coronal bleaching.

CEM cement has exhibited some advantages compared to MTA, such as shorter setting time and also significantly superior results in relation to film thickness and flow, easier handling, and enhanced antibacterial effects as well as better abilities to form hydroxyapatite in the presence of normal saline [13, 46]. Furthermore, favorable apical/coronal sealing property of CEM cement similar to that of commercial types of MTA and superior to Intermediate Restorative Material (IRM) has been shown in several studies [17, 42, 47, 48]. In addition, CEM cement is less costly in comparison to MTA [13].
The results of this study showed a significantly higher sealing ability of CEM cement compared to the negative control group, with no significant differences from the positive control group. Yavari et al. [49] showed better protection against microbial leakage of teeth with CEM cement in comparison with teeth without coronal seal.

The results of the present study showed that the sealing abilities of MTA and CEM were the same, with no significant differences. Our results are consistent with those reported by Yavari et al. [49] and Zarenejad et al. [50].

The results of this study showed the sealing ability of CEM cement as an intra-orifice plug to prevent penetration of dye, revealing no significant difference from MTA. This favorable sealing ability of CEM cement might be attributed to the reaction between calcium and phosphorous ions; however, it can also be related to the hydrophilic nature, favorable antibacterial/fungal potential, high pH value and formation of hydroxyapatite crystals [13, 46, 51-53].

Conclusion

According to the results of this in vitro study, CEM cement can be used as a cervical barrier with sealing properties comparable to MTA during intra-coronal bleaching procedures.

Acknowledgment

The authors thank the Research Vice Chancellor of Urmia University of Medical Sciences.

Conflict of Interest: ‘None declared’.

References

1. Brito-Junior M, Faria-e-Silva AL, Fonseca B, Camilo CC. Sealing ability of MTA used as cervical barrier in intracoronal bleaching. Acta Odontol Latinoam. 2009;22(2):118-22.
2. Brighton DM, Harrington GW, Nicholls JL. Intracanal isolating barriers as they relate to bleaching. J Endod. 1994;20(5):228-32.
3. Gokay O, Ziraman F, Cali Asal A, Saka OM. Radicular peroxide penetration from carbamide peroxide gels during intracoronal bleaching. Int Endod J. 2008;41(7):556-60.
4. Koulaouzidou E, Lambrianidis T, Beltes P, Lyroudia K, Papadopoulos C. Role of cementoenamel junction on the radicular penetration of 30% hydrogen peroxide during intracoronal bleaching in vitro. Endod Dent Traumatol. 1996;12(3):146-50.
5. Zimmerli B, Jegel F, Lussi A. Bleaching of nonvital teeth. A clinically relevant literature review. Schweiz Monatsschr Zahnmed. 2010;120(4):306-20.
6. Tselnik M, Baumgartner JC, Marshall JG. Bacterial leakage with mineral trioxide aggregate or a resin-modified glass ionomer used as a coronal barrier. J Endod. 2004;30(11):782-4.
7. Plotino G, Buono L, Grande NM, Pameijer CH, Somma F. Nonvital tooth bleaching: a review of the literature and clinical procedures. J Endod. 2008;34(4):394-407.
8. Torabinejad M, Hong CU, McDonald F, Pitt Ford TR. Physical and chemical properties of a new root-end filling material. J Endod. 1995;21(7):349-53.
9. Torabinejad M, Watson TF, Pitt Ford TR. Sealing ability of a mineral trioxide aggregate when used as a root end filling material. J Endod. 1993;19(12):591-5.
10. Noetzel J, Ozer K, Reisshauer BH, Anil A, Rossler R, Neumann K, Kielbassa AM. Tissue responses to an experimental calcium phosphate cement and mineral trioxide aggregate as materials for furcation perforation repair; a histological study in dogs. Clin Oral Invest. 2006;10(1):77-83.
11. Torabinejad M, Chivian N. Clinical applications of mineral trioxide aggregate. J Endod. 1999;25(3):197-205.
12. Ferris DM, Baumgartner JC. Perforation repair comparing two types of mineral trioxide aggregate. J Endod. 2004;30(6):422-4.
13. Samiee M, Eghbal MJ, Parirokh M, Abbas FM, Asgary S. Repair of furcal perforation using a new endodontic cement. Oral Surg Oral Med Oral Pathol Oral Radiol Endod. 2008;106(4):609-14.
14. Asgary S, Shahabi S, Jafarzadeh T, Amini S, Kheirieh S. The properties of a new endodontic material. J Endod. 2008;34(8):990-3.
15. Asgary S, Eghbal MJ, Parirokh M, Ghanavati F, Rahimi H. A comparative study of histologic response to different pulp capping materials and a novel endodontic cement. Oral Surg Oral Med Oral Pathol Oral Radiol Endod. 2008;106(4):609-14.
16. Asgary S, Eghbal MJ, Parirokh M, Torabzadeh H. Sealing ability of three commercial mineral trioxide aggregates and an experimental root-end filling material. Iran Endod J. 2006;1(3):101-5.
17. Asgary S, Eghbal MJ, Parirokh M. Sealing ability of a novel endodontic cement as a root-end filling material. J Biomed Mater Res A. 2008;87(3):706-9.
18. Milani AS, Shakouie S, Borna Z, Sighiri Deljavan A, Asghari Jafarabadi M, Pournaghi Azar F. Evaluating the Effect of Resection on the Sealing Ability of MTA and CEM Cement. Iran Endod J. 2012;7(3):134-8.
19. Vosoughhosseini S, Lotfi M, Shahmoradi K, Saghi J, Zand V, Mehdipour M, Ranjkesh B, Mokhtari H, Saleemilani A, Doosti S. Microleakage comparison of glass-ionomer and white mineral trioxide aggregate used as a coronal barrier in nonvital bleaching. Med Oral Patol Oral Cir Bucal. 2011;16(7):e1017-21.
20. Costas FL, Wong M. Intracoronar isolating barriers: effect of location on root leakage and effectiveness of bleaching agents. J Endod. 1991;17(8):365-8.
21. de Oliveira LD, Carvalho CA, Hilgert E, Bondioli IR, de Araujo MA, Valera MC. Sealing evaluation of the cervical base in intracoronal bleaching. Dent Traumatol. 2003;19(6):309-13.
22. Yui KC, Rodrigues JR, Mancini MN, Balducci I, Goncalves SE. Ex vivo evaluation of the effectiveness of bleaching agents on the shade alteration of blood-stained teeth. Int Endod J. 2008;41(6):485-92.
23. Farmer DS, Burcham P, Marin PD. The ability of thiourea to scavenge hydrogen peroxide and hydroxyl radicals during the intra-coronal bleaching of bloodstained root-filled teeth. Aust Dent J. 2006;51(2):146-52.
24. Heithersay GS. Invasive cervical resorption following trauma. Aust Endod J. 1999;25(2):79-85.
25. Palo RM, Valera MC, Camargo SE, Camargo CH, Cardoso PE, Mancini MN, Pameijer CH. Peroxide penetration from the pulp chamber to the external root surface after internal bleaching. Am J Dent. 2010;23(3):171-4.
26. Valadares MA, Soares JA, Nogueira CC, Cortes MI, Leite ME, Nunes E, Silveira FF. The efficacy of a cervical barrier in preventing microleakage of Enterococcus faecalis in endodondically treated teeth. Gen Dent. 2011;59(1):e32-7.
27. Camilleri J, Pitt Ford TR. Mineral trioxide aggregate: a review of the constituents and biological properties of the material. Int Endod J. 2006;39(10):747-54.
28. Fuss Z, Tsesis I, Lin S. Root resorption--diagnosis, classification and treatment choices based on stimulation factors. Dent Traumatol. 2003;19(4):175-82.
29. Lee SJ, Monsef M, Torabinejad M. Sealing ability of a mineral trioxide aggregate for repair of lateral root perforations. J Endod. 1993;19(11):541-4.
30. Asgary S, Ahmadyar M. Vital pulp therapy using calcium-enriched mixture: An evidence-based review. J Conserv Dent. 2013;16(2):92-8.
31. Nosrat A, Asgary S. Apoplegosis treatment with a new endodontic cement: a case report. Int Endod J. 2010;36(5):912-4.
32. Tabarsi B, Parirokh M, Egbal MJ, Haghdoost AA, Torabzadeh H, Asgary S. A comparative study of dental pulp response to several pulpotomy agents. Int Endod J. 2010;43(7):565-71.
33. Malekzafzi B, Shekarchi F, Asgary S. Treatment outcomes of pulpotomy in primary molars using two endodontic biomaterials. A 2-year randomised clinical trial. Eur J Paediatr Dent. 2011;12(3):189-93.
34. Asgary S, Nosrat A, Homayounfar N. Periapical healing after direct pulp capping with calcium-enriched mixture cement: a case report. Oper Dent. 2012;37(6):571-5.
35. Fallahinejad Ghajari M, Asgharian Jedd T, Iri S, Asgary S. Treatment outcomes of primary molars direct pulp capping after 20 months: a randomized controlled trial. Iran Endod J. 2013;8(4):149-52.
36. Mehrdad L, Malekzafzi B, Shekarchi F, Safi Y, Asgary S. Histological and CBCT evaluation of a pulpotomised primary molar using calcium enriched mixture cement. Eur Arch Paediatr Dent. 2013;14(3):191-4.
37. Nosrat A, Seifi A, Asgary S. Pulpotomy in caries-exposed immature permanent molars using calcium-enriched mixture cement or mineral trioxide aggregate: a randomized clinical trial. Int J Paediatr Dent. 2013;23(1):56-63.
38. Torabzadeh H, Asgary S. Indirect pulp therapy in a symptomatic mature molar using calcium enriched mixture cement. J Conserv Dent. 2013;16(1):83-6.
39. Asgary S, Eghbal MJ, Ghoddusi J. Two-year results of vital pulp therapy in permanent molars with irreversible pulpitis: an ongoing multicenter randomized clinical trial. Clin Oral Investig. 2014;18(2):635-41.
40. Moradi S, Disfani R, Ghazvini K, Lomee M. Sealing Ability of Orthograde MTA and CEM Cement in Apically Resected Roots Using Bacterial Leakage Method. Iran Endod J. 2013;8(3):109-13.
41. Asgary S, Ahmadyar M. One-visit endodontic retreatment of combined external/internal root resorption using a calcium-enriched mixture. Gen Dent. 2012;60(4):e244-8.
42. Asgary S. Furcal perforation repair using calcium enriched mixture cement. J Conserv Dent. 2010;13(3):156-8.
43. Asgary S, Nosrat A, Seifi A. Management of inflammatory external root resorption by using calcium-enriched mixture cement: a case report. J Endod. 2011;37(3):411-3.
44. Asgary S, Ehsani S. Periangular surgery of human permanent teeth with calcium-enriched mixture cement. Iran Endod J. 2013;8(3):140-4.
45. Nosrat A, Seifi A, Asgary S. Regenerative endodontic treatment (revascularization) for necrotic immature permanent molars: a review and report of two cases with a new biomaterial. J Endod. 2011;37(4):562-7.
46. Asgary S, Eghbal MJ, Parirokh M, Ghoddusi J, Kheirieg S, Brink F. Comparison of mineral trioxide aggregate’s composition with Portland cements and a new endodontic cement. J Endod. 2009;35(2):243-50.
47. Haghgoo R, Arfa S, Asgary S. Microleakage of CEM Cement and ProRoot MTA as Furcal Perforation Repair Materials in Primary Teeth. Iran Endod J. 2013;8(4):187-90.
48. Ghorbani Z, Kheirieg S, Shadman B, Eghbal MJ, Asgary S. Microleakage of CEM cement in two different media. Iran Endod J. 2009;4(3):87-90.
49. Yavari HR, Samiei M, Shahi S, Aghazadeh M, Jafari F, Abdolrahimi M, Asgary S. Microleakage comparison of four dental materials as intra-orifice barriers in endodontically treated teeth. Iran Endod J. 2012;7(1):25-30.
50. Zarenejad N, Asgary S, Ramazani N, Haghshenas MR, Rafiee A, Ramazani M. Coronal microleakage of three different dental biomaterials as intra-orifice barrier during nonvital bleaching. Dent Res J (Isfahan). 2015;12(6):581-8.
51. Asgary S, Kamrani FA. Antimicrobial effects of five different root canal sealing materials. J Oral Sci. 2008;50(4):469-74.
52. Amini Ghazvini S, Abdo Tabrizi M, Kobarfard F, Akbarzadeh Baghban A, Asgary S. Ion release and pH of a new endodontic cement, MTA and Portland cement. Iran Endod J. 2009;4(2):74-8.
53. Kangarlou A, Sofiabadi S, Yadegari Z, Asgary S. Antifungal effect of calcium enriched mixture cement against Candida albicans. Iran Endod J. 2009;4(3):101-5.

Please cite this paper as: Moghadam N, Abdollahi AA, Aghabalayi Fakhim H. In Vitro Sealing Properties of Calcium-Enriched Mixture and Mineral Trioxide Aggregate Orifice Barriers during Intra-Coronal Bleaching. Iran Endod J. 2017;12(2):231-235. Doi: 10.22037/iej.2017.45.